Influence of multilayer coatings on the operational stability of molds for injection molding

D L Pankratov, R. V. Gavariev¹, K. N. Gavarieva¹

¹ Kazan Federal University, Naberezhnye Chelny Institute
Pr. Mira 68/19, Naberezhnye Chelny, Republic of Tatarstan, Russia, 423812
² Kazan National Research Technical University. AN Tupolev-KAI Kazan, st. Karl Marx, 10, Russia, Republic of Tatarstan, 42011,

e-mail: Soldatkinakn@mail.ru

Annotation. The article examines the main factors affecting the operational stability of molds for injection molding of non-ferrous metals and zinc alloys in particular, and also provides a specific method to increase the index of resistance of molds by coating the molding surface by cathode-ion bombardment. It describes the effect of the proposed coatings on the parameters of pressure, tension and heat in a mold.

1. Introduction

Operational stability tooling increase is a very urgent problem of all foundries and engineering in general. Especially effective solution to this problem is in mass production processes of finished products, which include injection molding. The number of products manufactured in this manner is measured, usually in tens of thousands. The increased operational stability of molds for injection molding, even a small percentage, calculated on the number of manufactured products will have a significant positive result.

There are many factors that have a negative effect on the operational stability of molds, but the most significant are cyclically repeated thermal power and influence on the shaping surface of the mold.

Modern theoretical recommendations can improve certain parameters affecting the operational resistance. They are: the proposals on the use of a special grade of steel as the material of the mold [1, 2], the special methods for calculating the operational stability of molds [3], the use of different lubricants and coatings [4]. However, most of them are related to the problem of stability in injection molding in a narrow range of process parameters regimented or using only aluminum alloys, which is not applicable to zinc alloys, owing to significant differences in melting point temperatures: 660 °C and 380-480 °C in aluminum and zinc alloys, respectively, and also because of the different chemical and physical activity.
There are some solutions to improve the operational stability of the molds, almost regardless of the
initial conditions, such as the use of molybdenum tooling, but from the standpoint of economic
efficiency such decisions are hardly applicable in today's workplace.

As a rule, nitriding is used in practice. This type of thermochemical treatment has several
advantages: increased surface hardness, wear resistance, corrosion resistance, however, a significant
disadvantage of this treatment is the brittleness increase of both the surface layer, and the material of
the mold, which leads to the full swing cracks and as a consequence, to a short period of work. That
is, this method is aimed primarily for aluminum alloys, which molds for casting can withstand up to
50,000 pressings, while for zinc alloys according to the State standards GOST 19946-74, it’s
necessary to ensure a minimum rate of 150000 pressings.

2. The main part

Thus, the problem of improving the operational stability of molds for injection molding of zinc
alloys is relevant and requires further research. The solution to this problem can be multilayer coatings
deposited by cathode ion bombardment [5,6,7]. These coatings have a number of advantages, which
distinguish them from other possible solutions. Among them, the use of substantially any refractory or
heat-resistant metal as a base coating, the possibility of applying several layers having specific,
predetermined properties, hardness is also the possibility of layers alternation to inhibit the emergence
and growth of cracks. In addition, each new layer does not affect the previous ones.

Thus, a possible solution to the operational durability of molds can be a multilayer coating
consisting of a carbonitride molybdenum (MoCN) lower layer 2 microns thick for adhesion of the
coating to the mold, metal surface and then on top of the lower layer an intermediate layer of 3 microns
thickness of nitride titanium (TiN) to provide high hardness of the coating, followed by a top layer with
thickness of 2 microns of molybdenum nitride (MoN) for abnormally low coefficient of friction.

Using this coating without determining stresses acting on the molding surface of the mold, and
without making the heat balance between the mold and casting is unacceptable. The stresses caused by
power factors are completely dependent on the magnitude of the pressure acting on the wall of the
shaping mold. An important point is the configuration of the surface contacting with the molten metal.
In general, the pressure on the wall can be calculated according to the laws of hydraulics [8]:

\[ p_{yo} = \gamma_{\infty} \frac{\omega_{u}^2}{g} \]  

(1)

wherein \( p_{yo} \) - the pressure on the wall, \( \omega_{u} \) - the speed of the molten metal inlet, \( \gamma_{\infty} \) - the
volumetric weight of the molten metal, \( g \) - acceleration of gravity.

However, if the surface is different from a straight wall, it is necessary to introduce correction
factors, so for a concave surface the pressure is doubled:

\[ p_{yo} = 2\gamma_{\infty} \frac{\omega_{u}^2}{g} \]  

(2)

In the case of the concave surface, the pressure will be determined as follows:

\[ p_{yo} = \gamma_{\infty} \frac{\omega_{u}^2}{g} (1 - \cos \varphi) \]  

(3)

where \( \varphi \) - the angle between the initial direction of flow and its direction after a meeting with the
barrier.

Despite the well-known formulas for determining the pressure on concrete surfaces, the definition
of specific pressure in a particular mold is a difficult task, since molding surface is a combination of
different surfaces smoothly transitioning into each other. Therefore, the confirmation of the positive
impact of multilayer coatings applied by CIB method can be a series of experiments in which the
pressure and the stress are measured on distinct surfaces with the use of the proposed coating on surfaces with nitriding.

Multilayer coating based on molybdenum tests showed the following results: a slight reduction of pressure on the straight and curved surface does not exceed 1% of the pressure exerted on similar nitrided surfaces. However, the proposed coverage on the concave surface indicated the decline in specific pressure up to 5%, which is especially important when you consider that the most loaded sections of the forming surfaces of molds are precisely concave surfaces, such as hollow chamfer, fillet radius.

These results can be explained by the fact that the coating deposited (inflicted) by CIB significantly reduce the coefficient of friction between the molding surface and the molten metal, due to the physical nature of the molecular building coverage on the molding surface the purity is improved, but also when casting the physical interaction of the mold with the molten metal is decreased.

Thus, a coating deposited (inflicted) by CIB positively affect the decline in pressure and stress on the molding surface of the mold.

At the same time without making the heat balance between the mold and the product of casting it is impossible to make any conclusions about the effectiveness of the proposed coating.

The following papers [8,9,10,11] are devoted to research of shaping processes on higher temperatures. To determine the thermal balance of the mold, it is generally necessary to determine its two components, one of them \( Q_a \) - the input heat and \( Q_c \) - the waste heat. The mutual equality of these quantities defines the thermal balance of the mold and the casting; otherwise it demands preliminary heating or cooling the mold. Input heat can be calculated according to the known procedure [12]:

\[
Q_a = Q_{rep} + Q_{sp} + Q_{cm} + Q_{mp}, \tag{4}
\]

where \( Q_{so} \) - the heat of crystallization;
\( Q_{cm} \) - the heat of solid casting;
\( Q_{sp} \) - frictional heat;
\( Q_{rep} \) - overheating of the metal heat.

The amount of the last two components does not exceed 12% of the total value of the amount of input heat.

Equally challenging is the calculation of waste heat, as there are many gaps in the mold. Despite the complexity of the practical point of view, waste heat from the die is defined by two main components. One of them \( Q_r \) - this heat is rejected from the closed mold through the side surface, the other \( Q_p \) - a waste heat from the forming surface in the open state of the mold. Thus, the waste heat can be calculated as follows:

\[
Q_o = Q_r + Q_p ; \tag{5}
\]

According to the coatings deposited by cathode ion bombardment experimental studies [13], the following results were obtained: the composition of the coating varying did not produce a significant decrease in indicators of heat input and the heat released into the environment and the change in their total value amounted to not more than 1%. This is due to a sufficiently small thickness of the proposed coating not more than 10 microns. However, reducing the coefficient of friction between the molding surface and the flow of molten metal provides the reduction in input heat to 3%, which is 10-12 ° C for zinc alloys.

3. Conclusion

Thus, the coating consisting of the carbonitride molybdenum (MoCN) lower layer of 2 microns thick for adhesion of the coating to the metal surface of the mold, and then of the intermediate layer of 3 microns thick of titanium nitride (TiN) on top of the lower layer to provide high hardness of the coating, and also the molybdenum nitride (MoN) top layer 2 microns thick for abnormally low
coefficient of friction, provides a decrease in the parameters of pressure and stress on the working surfaces, particularly of a concave shape, as well as the input heat reducing by receiving an abnormally low coefficient of friction between the molding surface and the flow of molten metal, that ultimately will improve the operational stability of molds for zinc alloys casting under pressure.

Bibliography:
[1] Nemtyrev O V 2005 Development and Research of High-Resistant Chromium Steel Casting Molds for Injection Molding of Aluminum Alloys (Rybinsk: Synopsis Dis. ... Cand. Tehn. Sciences) p 16
[2] Denisov P Yu 2005 Interaction of Alloys of Aluminum Materials Molds and Their Resistance Increase with Functional Coatings (Tyumen: Synopsis Dis. ... Cand. Tehn. Sciences) p 16
[3] Berezin E T 2002 Increased Operational Stability of Molds Injection Molding Based on the Analysis of Heat-Stressed Condition and Process Modeling Thermal Fatigue Fracture (Rybinsk: Synopsis Dis. ... Cand. Tehn. Sciences) p 28
[4] Sobolnitksy G D, Kononov V A, Tupchy Yu P, Sokolovsky A G and Smirnov Yu N 1991 A Method for Producing a Thermal Barrier Coating on a Metal Mold for Casting Parts from Aluminum Alloys (RF patent number 1,678,508, B22C23 / 02. 4773314/02 stated 12/25/89; publ. 1991.23.09.) Bull. 1 p 3
[5] Savin I A 2012 The Study Wear-Resistant Coatings Characteristics Applied to Cutting Tools of Complex Shape by Ion Bombardment Cathode (Blank production in mechanical engineering) pp 41-44
[6] Nozhenkov M V 2013 The Structure and Properties of Composite Ion-Plasma Coatings (Moscow: friction and lubrication in machinery Publisher: Scientific and technical publishing house "Engineering") 6 pp 3-12
[7] Goncharov M V and Goncharov V S 2012 Ion-Plasma Layered Composite Coatings with Special Properties (Togliatti: science - industry and service publishing: Volga Region State University of Service) 6-3 pp 69-76
[8] Pankratov D L, Shibakov V G, Valiev A M and Valieva R F 2015 Technology of Manufacturing of Multiple Core Stamp Tools by Plastic Deformation (IOP Conference Series: Materials Science and Engineering) 86
[9] Safronov N N and Kharisov L R 2015 The Use of SHS-Process Slag for the Preparation of Foundry Sand. Journal of Physics: Conference Series (IOP Conference Series: Materials Science and Engineering) 86
[10] Shibakov V G, Pankratov D L, Andreev A P and Andreeva S.I. 2015 Prediction of Samples Failure During Severe Plastic Deformation by Multiple Extrusion (IOP Conference Series: Materials Science and Engineering) 86
[11] Pankratov D L and Kashapova L R 2015 Methodology Development for the Sustainability Process Assessment of Sheet Metal Forming of Complex-Shaped Products (IOP Conference Series: Materials Science and Engineering) 86
[12] Goryunov I.I. 1974 Molds for Injection Molding (Leningrad: Engineering,) p 255
[13] Gavariev R V, Savin I A and Leushin I O 2014 Improving the Efficiency of the Injection Molding Zinc Alloys by Optimizing the Thermal Balance of Molds (Moscow: foundry) 7 pp 27-30
[14] KashapovL N, KashapovN F and KashapovR N 2013 Investigation of the influence of plasma-electrolytic processing on the surface of austenitic chromium-nickel steels. IOP Conference Series: Materials Science and Engineering J. Phys.: Conf. Ser.479 012003